# Structural P roperties of T wo-D im ensional Polym ers 

C hristian M unkel and D ieter W . H eerm ann<br>Institut fur $T$ heoretische $P$ hysik<br>U niversitat H eidelberg<br>P hilosophenweg 19<br>6900 H eidelberg<br>and<br>Interdisziplinares Zentrum<br>fur w issenschaftliches Rechnen der U niversitat H eidelberg G erm any<br>(M ay 12, 1993)


#### Abstract

W e present structural properties of tw o-dim ensional polym ers as far as they can be described by percolation theory. The percolation threshold, critical exponents and fractal dim ensions of clusters are determ ined by com puter sim ulation and com pared to the results of percolation theory. W e also describe the dependence of the typical cluster structures on the reaction rate.


## I．IN TRODUCTION

Polym ers are know $n$ to develop various form $s$ ，for ex－ am ple linear chains，stars，rings，com bs，ladders，three－ dim ensional netw orks and branched polym ers．A ll these kinds of polym ens have linear chains betw een the branch－ ing point．The kind of two－dim ensional polym ers we are studying are com pact sheets ofm onom ers，which are linked together periodically with respect to two dim en－ sions．Between the branching points there is no chain and the polym ers are highly organized sheets．

The successfiul \in bulk＂synthesis of such two－ dim ensionalpolym ers was reported recently［1］）．Stupp et al．polym erized self－organized bilayers by two di er－ ent so－called stitching reactions，which act with in three distinct levels of the bilayer．E ach oligom er can not have $m$ ore than two bonds within a layer．In addition，not all possible bonds are present，because the stitching re－ activity is about 30 to 50\％at the upper and low er layer （90\％w ithin the m iddle layer）．Is it possible to form a tw o－dim ensional polym er instead of an ensem ble of lad－ derpolym ens？W hat is them inim alreaction rate，needed for large tw o－dim ensional polym ers？W hat kind of struc－ tures w ill be developed at di erent reaction rates？

These are questions，which can be answ ered by perco－ lation theory 目］．

## II．RESULTS FOR THE STITCHING REACTION

O ne of the $m$ ost im portant results of percolation the－ ory 目［6］is related to \universality＂，if the system has short ranged interactions．A 11 presently available evi－ dence strongly suggests，that the critical exponents de－ pend on the dim ensionality of the lattice only｜but not on the lattice structure，boundary conditions and so on． $T$ he exponents for bond or site percolation，for square， triangular or honeycom b lattices etc．are the same．We therefore would expect，that the clusters produced w ith the above cited stitching reaction also $m$ ay be described by these exponents．

D oes there exist a large（ $\backslash$ in nite＂）cluster ofbonded sites？To answer this question，we de ne the fraction of sites in the largest cluster $P_{1}$ and the probability $P_{S}$ ， that there is a \spanning cluster＂of bonds，which con－ nects tw o opposite boundarys of the underlying lattioe． $T$ hen for an in nite lattioe，$P_{1}$ is expected to vanish for （p $\mathrm{p}_{\mathrm{c}}$ ）！ $0_{+}$as

$$
\begin{equation*}
P_{1}(\mathrm{p}) /\left(\mathrm{p} \quad \mathrm{p}_{\mathrm{c}}\right) ; \tag{1}
\end{equation*}
$$

where $p$ is the probability，that a bond is present，and $\mathrm{p}_{\mathrm{c}}$ is the percolation threshold，above which an in nite cluster exists．W ith $n_{s}$ clusters of size $s$（num ber of poly－ m ers）the m ean size of the nite clusters is related to the percolation susceptibility（om nitting the largest（ $\backslash$ in－ nite＂）cluster）

$$
\mathrm{X}_{\mathrm{s}=1}^{\mathrm{M}} \mathrm{~s}^{2} \mathrm{n}_{\mathrm{s}}(\mathrm{p}) ;
$$

which diverges at $p_{c}$ as

$$
\begin{equation*}
\text { (p) / ip } \mathrm{p}_{\mathrm{c}} j \quad: \tag{3}
\end{equation*}
$$

Finally，at $p=p_{c}$ the num ber $n_{s}$ of clusters $w$ ith size $s$ is expected to decay w th a pow er of $s$ ：

$$
\begin{equation*}
\mathrm{n}_{\mathrm{s}}\left(\mathrm{p}_{\mathrm{c}}\right) / \mathrm{s} \tag{4}
\end{equation*}
$$

Here ；and are the $m$ entioned exponents．
Stupp et al．［1］suggest，that they synthesized large tw o－dim ensionalpolym ers．O bviously，the e ective reac－ tion rate of the stitching reaction has to be larger than the percolation threshold $p_{c}$ ，if one wants to synthesize large sheets instead of ladder polym ens．Since $p_{c}$ is not universal，we use a sim ple but su cientm odelofthe tw o－ dim ensionalpolym er，to com pute $p_{c}$ ．In addition we will $m$ easure the exponents．

A s a m odel of the tw o－dim ensionalpolym er we used a stack ofthree layers，each triangular，hexagonally shaped $w$ ith free boundaries，as show $n$ in gure1．At them iddle layer，the reaction rate was $100 \%$ ，i．e．all allow ed bonds （two can react）were occupied．For that purpose，the bonds of the triangular lattice w ere choosen successively at random．If the num ber ofbonds of each polym er was less than 2 ，the random ly choosen bond was occupied． $T$ hen we stitched the upper and lower layer using the sam e algorithm，until $n_{+1}\left(n_{1}\right)$ bonds were occupied． $n_{+1}\left(n_{1}\right)$ is the num ber of occupied bonds of the $m$ iddle layer $n_{0}$ tim es the stitching probability（reaction rate） p of the upper and lower layer．N ote，that $\mathrm{n}_{0}$ is not determ ined by the linear lattice size $L$ ，but $m$ ay vary slightly for each con guration．

Because of the restriction，that each polym er $m$ ay be stitched to at $m$ ost tw o neighbours，we do not expect an in nite cluster or percolation at $p=0$ ，i．e．w thout bonds at the upper and low er layer，but an ensem ble of linear polym er chains．On the contrary，at $\mathrm{p}=1$ all allow ed bonds at all three layers are occupied，resulting in an $e$ ective coordination num ber larger than tw $O$ ．It is w orth noting，that even at $p=1$ the probability，that there is only one cluster containing all polym ers，vanishes with increasing system size $\mathrm{L} . \mathrm{W}$ ithin this m odel，it is very unlikely to prepare very large perfect two－dim ensional polym ers．

If we want to answer the question，if a reaction rate of about 40\％is high enough to prepare in nite clusters，we have to determ ine the percolation threshold．A s noted， the value of $p_{c}$ is not universal，but depends strongly on the used lattice and bond restrictions．An unbiased way to estim ate $p_{c}$ is to plot the probability $P_{S}$ of the occurence of a spanning cluster as a function of $p$ for di erent lattioe sizes 冎．The nite size scaling relation for $P_{S}$ sim ply reads


F IG . 1. Schem atic representation of the two-dim ensional polym er $m$ odel of linear size $L=11$ and $p=0: 4$.

$$
\begin{equation*}
P_{S}^{(L)}(p)=P_{S}^{\sim} \frac{L}{p} \quad ; \tag{5}
\end{equation*}
$$

$w$ here $P_{S}^{\sim}$ is the scaling function and $p$ the correlation length. A s a consequence, di erent curves $P_{S}{ }^{(L)}(p)$ for di erent choioes of $L$ should intersect at $p=p_{c}$ in a com $m$ on intersection point $P_{S}^{\sim}(0)$, apart from corrections to scaling and a bias by the choice of the critical exponents. $F$ igure 2 show $s$ this plot for the stitching reaction described above.

From this gure we get one of our $m$ ain result, the percolation threshold $\mathrm{p}_{\mathrm{c}}=0: 110$ (3). H ence it follow s , that the reaction rate of $30 \%$ to $50 \%$ reported by Stupp et al. [1] was high enough (w ithin the lim its of our percolation $m$ odel) to prepare an $\backslash$ in nite" tw o-dim ensional polym er.

D oes the percolation of the stitching reaction lie in the sam e universality class as the standard bond percolation? $F$ igure 3 show s a nite size scaling plot of $P_{1}$ using the assum ed exact values for $=5=36$ and $=4=3$ and $\mathrm{p}_{\mathrm{c}}$ obtained from the spanning probability. W ithin the accuracy of the data, the nite size scaling assum ption seem s to be full led.

W e m ay also com pare the cluster size distribution to bond percolation. U sing $=43=18$, we plotted the scaling function of the susceptibility in gure 4. A part from sm all deviations of the sm allest system far from $\mathrm{p}_{\mathrm{c}}$, the system sizes sim ulated seem to be in the scaling regim e. $T$ he $m$ axim alvalues of vary by orders ofm agnitude in this range of L!
$F$ inally, we are interested in the geom etric properties of the cluster structure, particularly at the peroolation threshold $p_{c}$. At $p_{c}$ the largest (spanning) cluster should form a fractalw th $H$ ausdor dim ension $d_{H}$. This quantity can be de ned w ith the num berofpolym ers $N$ w ithin a sphere of radius $R$ and the relation

$$
\begin{equation*}
\mathrm{N}=\text { const. } \quad \mathrm{R}^{\mathrm{d}_{\mathrm{H}}} \quad \text { : } \tag{6}
\end{equation*}
$$

U sing the data of 1000 con gurations of a $L=1001$ hexagon at $p_{c}$, which is shown in gure 5, we m easured $d_{H}\left(p_{c}\right)=1: 91(5)$ in good agreem ent $w$ ith the result of percolation theory $91=48$ 1:896.

A part from the largest cluster, there are $m$ any sm aller ones. B ecause of the statistical nature of their structure, we restrict ourselves to the num ber $n_{s}$ of chusters of size $s$ (which is the num ber of polym ers), which is expected to decrease as a pow er ofs. $W$ thin the accuracy ofthe data, the pow er law seem s to be fiul led in gure 6. A though the F isher epxonent $\quad 1: 95(10)$ is som ew hat sm aller than the expected one $187=91$. M ost probably this is due to the niteness of the system. High \{quality data 7] showed, that $n_{s}$ is less than the expected pow er law for sm all $s$ and higher for the largest $s$. T herefore, we underestim ated system atically.
[1] S.Stupp, S. Son, H . Lin, and L. .Li, Science 259, 59 (1993).
[2] E.L.Thom as, Science 259, 43 (1993).
[3] P. J. F lory, J. A m . C hem . Soc. 63, 3091 (1941).
[4] D. Stau er and A. A harony, Introduction to P ercolation Theory, 2nd ed. (T aylor and Francis, 1992).
[5] K. B inder and D. W . H eerm ann, M onte C arlo Sim ulation in Statistical P hysics, 2nd ed. (Springer-V erlag H eidelberg, 1992).
[6] D. W . H eem ann, C om puter Sim ulation M ethods in Theoretical Physics, 2nd ed. (Springer Verlag, H eidelberg, 1990).
[7] D. C. R apaport, J. Stat. Phys. 66, 1/2, (1992).


F IG . 2. U nbiased estim ate of the percolation threshold $p_{c}=0: 110(3)$ using the spanning probability $P_{s}$.


FIG . 3. F in ite size scaling of the probability $P_{1}^{(L)}$, which was de ned as the fraction of polym ers in the largest cluster, with exponents $=4=3,=5=36$ and $p_{c}=0: 110$ (3).


F IG . 4. Fin ite size scaling of the susceptibility
(L) $w$ ith exponents $=4=3,=43=18$ and $\mathrm{p}=0: 110$ (3).


F IG . 5. N um ber of polym ers N w ithin a radius R of the largest cluster. The data of 1000 con gurations of $L=1001$ hexagons were accum ulated. T he dashed line has the exact $H$ ausdor dim ension (slope) $d_{H}=91=48$.


FIG.6. Cluster distribution of 1000 con gurations of $L=1001$ hexagon ( 751501 polym ers) at the percolation threshold $p_{c} \quad 0: 110$. From the slope one com putes the $F$ isher exponents $1: 95(10)$.

